Review Article

Synthesis and Biomedical Applications of Zirconium Nanoparticles: Advanced Leaps and Bounds in the Recent Past

Hafiz Muhammad Arshad,1 Amir Shahzad,1 Sammia Shahid,1 Sadaqat Ali,2 Abdul Rauf,1 Shahzad Sharif,3 Muhammad Ehsan Ullah,4 Muhammad Inam Ullah,5 Muhammad Ali,6 and Hafiz Ishfaq Ahmad7

1Department of Chemistry, School of Science, University of Management and Technology, Lahore, Pakistan
2Department of Zoology, Ghazi University, D G Khan, Pakistan
3Department of Chemistry, Government College University, Lahore, Pakistan
4Department of Physics, School of Science, University of Management and Technology, Lahore, Pakistan
5Department of Chemistry, Government College University, Faisalabad, Pakistan
6Department of Chemistry, University of Education, Lahore, Sub-Campus, D G Khan, Pakistan
7Department of Animal Breeding and Genetics, Faculty of Veterinary and Animal Sciences, The Islamia University of Bahawalpur, Bahawalpur, Pakistan

Correspondence should be addressed to Hafiz Ishfaq Ahmad; hafizishfaq93@gmail.com

Received 29 June 2022; Accepted 20 August 2022; Published 13 September 2022

Academic Editor: Abdul Wahab

Copyright © 2022 Hafiz Muhammad Arshad et al. This is an open access article distributed under the Creative Commons Attribution License, which permits unrestricted use, distribution, and reproduction in any medium, provided the original work is properly cited.

Many synthetic routes manufacture zirconium nanoparticles in metal oxide, nitride, and other combination forms. Coupled with other variables such as concentration, pH, and form of precursor used, the various synthetic methods support synthesizing the zirconium metal oxide nanoparticles with changed features. Various synthetic methods were studied, such as sol-gel, hydrothermal, laser ablation, and precipitation. All have different synthetic routes, different precursors and solvents were sued, and the product was characterized by SEM, TEM, photo luminescence spectroscopy, UV-absorption spectroscopy, and powder X-ray diffraction. X-ray diffraction determined the crystal structure by identifying the crystal shape, arrangement of atoms, and spacing between them. SEM and TEM studied the particle size and morphology of nanoparticles. UV-visible absorption spectroscopy and PL spectroscopy were used for the determination of optical properties of nanoparticles. Zirconium oxide nanoparticles have many applications in the medical field. The review study primarily focuses on the efficient combination of zirconium dioxide with other additive materials and functionalization techniques used to improve the material’s properties, assisting the use of the material in hip arthroplasty and bone tissue applications. The development of sophisticated near-infrared (NIR) absorbing small molecules for useful phototheranostic applications was discussed in this paper.

1. Introduction

Nanoparticles have a diameter of 1–100 nm in range. Although nanoparticles have great chemical, mechanical, thermal, magnetic, and electrical capabilities, scientists still encounter difficulties identifying, creating, and analyzing the potential of these nanostructured objects [1]. Different metal oxides of nanoparticles synthesized through joining two metals in the form of oxide give the manufactured product enhanced features. The metal oxide nanoparticles differ in various physical properties and chemically and morphological characteristics and are applied in different fields because they have different uses [2]. Nanomaterials deal with the branch of science which studies the particles at a nanoscale level ranging from 10 to 100 nm. The nanoparticles’ unique properties depend upon the particles’ small size [3]. Zirconium belongs to the class of strong transition metals, their properties resembling titanium due to strong action against corrosion. Mostly, zirconium
metal is obtained from minerals such as zirconium which can be refined with chlorine organic and inorganic compounds and can also be synthesized zirconium metal [4]. Zirconium nanoparticles have been used for different syntheses due to their various assets, such as extraordinary fracture toughness, high tensile strength, and hardness. Naturally, zirconium can exist in different isotopes form; out of five isotopes, $^{90}\text{Zr}$ exists abundantly in nature almost (51.45%) [5]. Various synthetic paths have existed to make nanoparticles of metal oxide and mixed metal oxide. Different technical methods have assembled all of these synthetic paths. Zirconium metal complexes have catalytic use [6]. The growing of TWCNs in the size of 2D and 3D graphene layer zirconium nanoparticles (NP) is used as a catalyst. For the formation of good-quality carbon nanotubes (CNTs), using zirconium as a catalyst is the best for such high-purity carbon nanoparticles [7]. Kroll method was good for synthesizing zirconium nanoparticles; when zirconium tetrachloride is treated with magnesium metal, an active metal, then the temperature is maintained at 800–900°C. In this article, we covered the various synthetic methods for creating zirconium nanoparticles [8] in cubic, monoclinic, and mixed phases, including the sol-gel method, the hydrothermal method, the laser ablation method, the wire explosion process, hybrid transparent coating, the chemical polymerization, and the coprecipitation method [9].

2. Synthesis of Zirconium Metal Oxide Nanoparticles in Mixed Form

The various synthetic routes applied to manufacture nanoparticles of metal oxide are also in the form of mixed metal oxide. Under a different technological method, every synthetic method has been clustered (Table 1). In unity with the growth of crystals, such as thin film growth [10], thin film growth is classified into two types: one is vapor phase growth (VPG), and second is liquid phase growth (LPG); other growth methods are the formation of solid phase and the hybrid growth of the crystal, which form the nanoparticles with the help of colloidal treating, nanoparticles utilizing rapid growth like template-based growth and thin films growth [11] that have a thickness range from the friction of nanometer to several microns by molecular beam epitaxy [12] and the nanostructure in the form of bulk materials, and also in conflict with the models, a changed practical methodology could be considered [13]. The top-down synthesis approach involves reducing the bulk materials into a nanoscale dimension utilizing a physical approach, but the bottom-up approach is in which the smaller unit is combined to form a bulk unit (Figure 1) [14].

2.1. Cubic form Zirconium Oxide ($\text{ZrO}_2$) nanoparticles. The cubic shape of zirconium oxide nanoparticles was manufactured with the reaction of xylene, zirconium oxychloride, and $\text{N}$-cetyl-$\text{N}$, $\text{N}$-trimethylammonium bromide taken in different amounts and added to the distilled water of 100 ml and stirred the mixture almost for 2 h [22]. To maintain the pH at 9, sodium hydroxide (0.5 M) solution was added. After that, the white precipitate was obtained, and the mixture was refluxed for 3 h at 85. The reaction mixture was cool and then stirred strongly for 24 h. The obtained mixture was like a suspension, and the white precipitate was obtained [23], and then, they can be filtered, diluted, and washed with water ($\text{H}_2\text{O}$) and ethanol ($\text{C}_2\text{H}_5\text{OH}$) to separate the xylene and CTAB. The obtained precursor was dried for 17 to 18 h at 100°C. After that, they can be calcined for 4 h at 500°C [24].

2.2. Monoclinic and Cubic Phase Nanoparticles. The mixed monoclinic and cubic phase zirconium oxide nanoparticles were synthesized zirconium oxychloride ($\text{ZrOCl}_2$),$\text{H}_2\text{O}$), 1-hexanol, and oxalic acid (COOH)$_2$. Zirconium oxychloride and oxalic acid were taken equal to 1 mol/l, but 1-hexanol ($\text{C}_6\text{H}_12\text{O}$) was taken at 2 mol/l [25]. These chemicals were mixed utilizing the pestle and mortar, and the sample was equipped in the form of rheological from the mixture [26]. Then, the mixture was reacted at 98°C for 13 h. It can be washed with ethanol ($\text{C}_2\text{H}_5\text{OH}$) and water and then dried in an oven for 4 h and adjusted to the temperature of 500°C. X-ray powder diffractometers were used to determine the crystallographic features of the sample by using Ge and Cu monochromatized Ka radiation by using Bragg’s relation [26], where $\lambda = 1.54287 \text{ Å}$ and $2\theta$ range of 20–80°.

$$n\lambda = 2d\sin\theta,$$

$$d = \frac{n\lambda}{2\sin\theta}.$$  

The morphologic properties of the crystal are determined by using SEM and TEM. For the determination of optical absorption spectra, spectrometer was used at room temperature. Optical spectra were recorded in 200–800 nm wavelength regions [27]. At room temperature, identification of photoluminescence was achieved by employing a Dilor XY device, which has the capability of being fitted with an additional components monochromator. Electrochemical properties of $\text{ZrO}_2$ nanoparticles were analyzed by silver-silver and counter electrode with the reference electrode method [4].

2.3. Ultrafast Laser Ablation. The metallic form of Zr nanoparticles manufactured by ultrafast laser ablation of a zirconium rod in isopropyl alcohol has been defined in the literature. This process forms a colloidal form of solution of zirconium nanoparticles. In this process, using the femtosecond laser pulses for ablation, the proportion dispersal of nanoparticles can be significantly concentrated [28]. For the development of 50 nm metallic zirconium nanoparticles, the setup of plasma-induced cathodic discharge electrolysis under argon (Ar) gas in melted salt was also used. Implants are also made of titanium and zirconium [29]. Zirconium is extremely flammable in powder form and thus has armed uses, such as in manufacturing explosive resources for military capability. The zirconium oxide ($\text{ZrO}$) was then characterized by powder X-ray diffraction [30].

2.4. Wire Explosion Process. The zirconium nitride ($\text{ZrN}$) nanoparticles were manufactured by the wire explosion method; in this process, the amount of energy ($E$) accumulated on the wire and the ambient pressure show a
One of this method’s biggest flaws is the inability to regulate the precipitating particle sizes and subsequent aggregation. Therefore, hybrid approaches that control the size of the particle by deagglomerating the generated nanomaterial should be considered [16]. Under ultrasound irradiation, the precipitated gel undergoes extremely high shear pressures and cavitation heating, creating nanoparticles and high-phase purity in complicated metal oxides. Therefore, agglomeration, poor yield, and finished product purity affect many factors, such as pH values, washing solvents, and dry method.

According to morphological research, the grains are compact and randomly organized, and as the temperature of sintering rises, so does grain size. X-ray photoelectron spectroscopy analysis has been used to investigate the compositional analyses of metal nanoparticles [17]. To explore the surface morphology and particle size fluctuations in metal oxide nanoparticles, the pH value of the solution was changed.

The experimental circumstances and processing factors used during the sol-gel synthesis process can have an impact on the materials characteristics. In order to tailor the numerous properties displayed by the produced nanoparticles to the required applications, processing parameters are the operating conditions that must be taken into account throughout the synthesis process of nanoparticles [20]. Effects of variables on the morphology and optical qualities include the pH of the sol, additives (such as capping agents and surfactants), annealing temperature, and calcination.

At every stage of the process, from the unit cell to the crystallite size to the size and shape of the nanoparticles, the surfactants and dopants have a significant impact [21].

**Table 1: Different methods for the preparation of zirconium oxide complexes.**

| Synthesis     | Benefits                                                                 | Drawbacks                                                                                   | Morphology |
|---------------|--------------------------------------------------------------------------|--------------------------------------------------------------------------------------------|------------|
| Coprecipitation method | Preparation is straightforward; minimal equipment is required, and it is commercialized. A representative method for producing heterogeneous catalyst powders with good homogeneity and a relatively low calcination temperature is the usual coprecipitation techniques for producing heterogeneous catalyst powders 50 with good homogeneity and a relatively low calcination temperature coprecipitation technique [15]. | One of this method’s biggest flaws is the inability to regulate the precipitating particle sizes and subsequent aggregation. Therefore, hybrid approaches that control the size of the particle by deagglomerating the generated nanomaterial should be considered [16]. Under ultrasound irradiation, the precipitated gel undergoes extremely high shear pressures and cavitation heating, creating nanoparticles and high-phase purity in complicated metal oxides. Therefore, agglomeration, poor yield, and finished product purity affect many factors, such as pH values, washing solvents, and dry method. | According to morphological research, the grains are compact and randomly organized, and as the temperature of sintering rises, so does grain size. X-ray photoelectron spectroscopy analysis has been used to investigate the compositional analyses of metal nanoparticles [17]. To explore the surface morphology and particle size fluctuations in metal oxide nanoparticles, the pH value of the solution was changed. |
| Sol-gel synthesis | The sol-gel method is superior to other methods for creating metal oxide nanoparticles because it is straightforward and inexpensive and uses low temperatures and pressure [18]. Easy to use; high purity; uniform distribution; commercialized, perfect, high purity and time-saving. Newly, alumina membranes with pore sizes of around 3 to 4 nm, thicknesses of 1 to 10 μm, and porosities of about 50% have been created using the sol-gel process. | The relatively substantial shrinkage associated with the gelation process and the drying of gels, the presence of high pore concentrations, and the removal of unwanted residuals such as hydroxyls and organics are some of the key drawbacks of the sol-gel method [19]. It takes a long time to sinter; it has weak sintering characteristic. | The experimental circumstances and processing factors used during the sol-gel synthesis process can have an impact on the materials characteristics. In order to tailor the numerous properties displayed by the produced nanoparticles to the required applications, processing parameters are the operating conditions that must be taken into account throughout the synthesis process of nanoparticles [20]. Effects of variables on the morphology and optical qualities include the pH of the sol, additives (such as capping agents and surfactants), annealing temperature, and calcination. |
| Hydrothermal method | Metal nanoparticle application in biomedicine and related fields is constantly growing globally. Applications for hydrothermally produced nanoparticles include those in optics, medicine, electronics (including sensors, information, and communication technologies), catalysis, devices (including fuels for energy conversion and storage), and electronics [21]. | These techniques produce nanoparticles with less precise size distributions, compositional control, and optoelectronic characteristics. According to Xu et al., hydrothermally created CIS NCs coated in glutathione and exhibiting multiple emission bands in the photoluminescence (PL) spectrum. | At every stage of the process, from the unit cell to the crystallite size to the size and shape of the nanoparticles, the surfactants and dopants have a significant impact [21]. |

significant character in the size of the shaped particles [31]. The qualitative analysis of the synthesized particles can be analyzed by this method. It is possible to manufacture nitride nanoparticles by giving sufficient energy to the electrode for evaporation and by keeping an effective standard for nitridation [32]. To obtain zirconium, a systematic experimental study was performed. By the explosion of the wire, as well as the blowing up of zirconium nanoparticles while they were being conducted in a nitrogen (N₂) atmosphere, nitride nanoparticles of a much smaller scale were created. The X-ray diffraction (XRD) and designated region electron deflection analysis characterized the synthesized powders [33]. A TEM was used to examine the size and shape of the constituent part formed by the wire explosion method. Particle bulk dispersal experiments were conducted by following the distribution of log-normal possibility. The connection between the size of nanoparticles, the wire explosion method produced, and the nitrogen ambient pressure was investigated [34].

**2.5. Hybrid Transparent Coating.** The hybrid transparent zirconium nanoparticle filler-based coatings and epoxy resin have improved the scratch conflict of goods polymers without losing their visual properties. The nanocrystalline ZrO₂ suspensions in the benzyl alcohol have been manufactured using ZrCl₄ as a precursor through a flexible nonhydrolytic
sol-gel process [35]. The ZrO$_2$ nanoparticles displayed a tetragonal phase-attributable crystalline structure with a normal particle size of 2 nm. A commercial epoxy resin was mixed with ZrO$_2$ nanoparticles adjourned in tert-butanol. The biological solvent was then vaporized, and the polycarbonate and hybrid composites were deposited [36]. There was a homogeneous adhesion and a marginal effect on the clearness of polymers in the coatings. The improved scratch resistance was achieved by increasing the content of ZrO$_2$ nanoparticles.

2.6. Synthesis of Crystalline Zirconium Nanoparticles. Due to their atom-like size-dependent property, semiconductor particles in the nanometer mass regime have been involved in considerable desirability. Recently, several improved routes have been reported for the amalgamation of such type’s nanomaterial [37] with tunable characteristics. Ceramics among the zirconium are an unusual form of transition-metal semiconductor with the functional properties of pathetic acidic and basic goods. Fast combination and categorization of cubic form ZrO$_2$ nanoparticles with hydrothermal influence over the morphological and crystallinity properties [38]. The temperature is constantly used to produce cubic form ZrO$_2$ nanoparticles at the lowest rate. In the synthesis process, zirconium isopropoxide, 1 g was taken in the flask made up of Teflon, and then, analytical graded ethanol 6 ml was added. After that, the flask was placed in a desiccator chamber [39]. The ZrO$_2$ precipitation was obtained lower than the saturated atmospheric condition by introducing a Petri plate with the water at the end of the desiccator. After 12 h, the reaction was immobile, and 25 ml of sodium hydroxide (NaOH) was added. Then, the whole reaction was sealed in the hydrothermal stainless steel for 18 h at 180°C. When the autoclave was done, the solution mixture was cooled at room heat; the mixture solution was continuously washed with 0.1 M solution of nitric acid (HNO$_3$) and 1 N hydrochloric acid (HCl) solution [40]. A fibrous and white soft like powder was achieved after drying for almost 3 h under the vacuum. The HREM examined the obtained crystals, which can be synthesized by the hydrothermal method. The image of synthesized zirconium oxide (ZrO$_2$) nanoparticles was taken with the help of TEM by this constituent part mass of nanoparticles from 5 to 6 nm [41].

2.7. Synthesis of Nanocrystalline by Sol-Gel Method with Organic Precursor. In manufacturing zirconium nanoparticles, the current research developed the sol-gel process with organic extracts such as glucose and fructose (an example of monosaccharides) as two organic additives [42]. The existence of these organic precursors created some positive effects. The transition phase of the crystal altered from tetragonal to monoclinic, determining the shape and crystallinity bulk of the nanoparticles. Zirconium nanoparticles were synthesized using various techniques, including precipitation, combustion analysis, inert gas condensation, sol-gel, and thermal decomposition. However, the sol-gel method is the most effective for synthesizing nanosize particles, including nanoceramics, nanozirconium, and nanotitanium [43]. The crystalline size, phase, and other characteristics of zirconium nanoparticles depend on the precursor, thermal property, and pH during hydrolysis. By the sol-gel method, zirconium’s physical properties, homogeneity, and purity are controllable at low temperatures [44]. Hydrolysis of sucrose in the presence of glucose and fructose yielded cubic phase zirconium nanoparticles; sucrose hydrolyzed into gluconic acid, a chelating form, which then turned into a complex form when combined with metals. The layer form of pectin surrounds this obtained complex, so by this, the process of agglomeration was stopped. Glucose and fructose are comparatively inexpensive [45] and are proposed as organic additives. The additives proposed are also nontoxic, easy to store at room temperature and properly delivered, and polar, so water-soluble. The proposed sol-gel solution is naturally approachable and requires 15-20 h, two major advantages. Organic additives cause particles to take on a spherical shape, reach a reasonably constant size, and reduce the crystalline size in the range of 10–30 nm. Then, the agglomeration of the particles would be stopped because there are efficient agents for capping [46]. Because of this, the size of the particles is reduced, and as a result, the phase transition that occurs at high temperatures where the structural property changes from tetragonal form to monoclinic form is avoided.

![Figure 1: Different methods of synthesis of zirconium nanoparticles.](image-url)
Zirconium salt used is zirconium propoxide which is cheaper than others such as zirconium nitrate and zirconium chloride. Initially, n-propanol and n-isopropanoxide were mixed in such a way zirconium in the form n-isopropanoxide was diluted by using the zirconium precursor, which was 30 wt% [47]. Then, adding ammonia (NH₃) and water, the mixture was diluted with distilled water in the 9–10 pH range. For the hydrolysis, the volume ratio was 1:4 volume zirconium in n-propoxide form and water (H₂O) was used. The mass ration of 1:1 of glucose to fructose was added in the mixture during vigorous stirring after the homogenization of the solution mixture at continuously stirred at low temperature for several hours [48]. The obtained gel was then polymerized and dried in the oven for 12 h at 110°C temperature. The temperature ranged from 300 to 700°C. All the sample mixture was calcinated. The characterization techniques used are XRD, SEM, transmission electron microscope [49], photoluminescence, and infrared for characterizing the synthesized sample.

2.8. Synthesis of Zirconium Nanoparticles by Coprecipitation Method. The process of coprecipitation involves using a precipitating medium to precipitate the oxy-hydroxide phase from a salt precursor such as chloride and nitride of metal salt solution in a solvent like water and sodium hydroxide. There is a period of nucleation that is accompanied by a stage of growth of nanoparticles which can be attained at the point of critical species concentration of the solution. The ZrO₂ nanoparticles have been created with coprecipitation [50]. The ZrO₂-CeO was synthesized by two different methods: first one is by sol-gel method, and second one is by coprecipitation method. In the coprecipitation and sol-gel synthesis route of the obtained materials, it was reported that the texture and structural properties depend on the precursor and synthetic routes. The research, classification, and antiseptic features of MgO-ZrO₂ oxide nanoparticles have been examined [51]. The antiseptic analysis was recorded after the experiment to demonstrate that the blended nanoparticles have been used to produce infectious diseases by E. coli. The usefulness of suspension desiccating in preventing powder agglomeration and the development of nanostructure in moderately stabilized zirconium form solid solutions established by coprecipitation were studied [52].

2.9. Hydrothermal Method. The hydrothermal process is a solvothermal synthetic route used to formulate multiple nanomaterials. This process involves separating the preliminary material in an acceptable solvent and then subjecting it to temperatures (T) and pressures (p) that are reasonably high. This creates the conditions that lead to the formation of nanoparticles. Machmudah et al. investigated that hydrothermal synthesizing cesium and zirconium combine oxide and stated that the greater part of the units produced is subject to the temperature provided. Zheng et al. studied that zirconium in the form of mixed oxide organized by constant hydrothermal synthesis method has been investigated utilizing a catalyst in supercritical water [53]. Due to its thinly agglomerated morphology and its potential use as a catalytic agent, it has been stated that the supercritical creation can clue to zirconium mixed oxides with greater thermal strength and enhanced oxygen storing capacity. Various characterization methods have defined the dimension, crystal configuration, and morphology of the manufactured zirconium metal oxide nanoparticles [54], such as SEM, TEM, and X-ray diffraction (XRD). Researchers used different characterization tools for the characterization of prepared sample materials.

2.10. Medical Application of Zirconium Nanoparticles. Due to an increase in accidents and natural disasters that cause flaws in bone structure, the world's population is currently experiencing serious issues. Replacement or repair of bone defects is essential for their proper functioning. This need has spurred the extensive study of orthopedic implants, hip arthroplasty, partial and complete denature removal, radio pacifying agents, bone tissue engineering, and bone cement for biomedical applications (Figure 2) [55].

2.11. Orthopedic Implants. Orthopedic implants age more quickly due to crumpling and microcracking, affecting how well the implants wear over time. In the periprosthetic tissues, the particles produced by zirconia wear at contact surfaces cause macrophages to react, which causes the production of proinflammatory cytokines that stimulate osteoclastic bone resorption and osteolysis loosening of orthopedic implants. The reduction in hardness from 18 GPa to 11 GPa ended the material's microcracking. Zirconia's ageing can be stopped by paying attention to fundamental material characteristics, including density, grain size, and uniformity of the phase distribution, which are crucial for maintaining the cohesiveness of the material's particles and observing its mechanical properties [56].

2.12. Hip Arthroplasty. Total hip prosthesis wear is a serious clinical issue affecting many patients. Wear experiments are carried out on new biomaterials to lengthen material life in orthopedic implants to learn more about the tribological phenomena involving hip prostheses [21]. Wear debris and corrosion of biomaterial implants have been identified as a significant factor in the failure of medical implants in a recent study on total hip arthroplasty, hip prosthesis, and joint replacement. According to a study, hip replacements are predicted to rise to 5 lac by 2030 [57]. The electrochemical behavior of anodic zirconium dioxide in stimulated bodily fluid was demonstrated by a research reported by Wang and Luo. The experimental findings concluded that the increased performance of zirconia nanotubes in stabilizing zirconium-containing metals led to their application in corrosion resistance for hip arthroplasty [58].

2.13. Radio Mollifying Agents. The primary treatment for treating pulpal and periapical disorders is root canal therapy. It should be noted that root canal obturation affects the outcome of treatment. The main method used during the procedure to assess the root canal obturation is X-ray film. So good radiopacity is required for the intended root filling substance. Some metal oxides, such as bismuth oxide, niobium oxide, and ZrO₂, can be suggested as excellent options for the radiopacifiers in cement-base filling material [59].
2.14. Bone Tissue Engineering. To restore, maintain, or enhance organ function, tissue engineering typically incorporates seed cells, engineering techniques, biomaterial scaffolds, and physical and chemical variables. And the best option for repairing bone abnormalities is known as bone tissue engineering. To satisfy the stressed zone criterion, biomaterial scaffolds must have sufficient mechanical strength [60]. Additionally, in order to enable the development of osteoblasts, vasculature, and new bone, these scaffolds must possess specific osteoinductivity and cytocompatibility qualities as well as the connectivity structure. Through the replication process, researchers have created porous nano-ZrO$_2$ scaffolds (Figure 3) [42]. Various materials are available for the functionalization of zirconium dioxide utilised in bone and tissue applications. The investigation’s main goal is to use various functionalization techniques to promote the regeneration of broken bone or tissue, which will substantially impact the usage of ceramic materials in biomedical applications. The modified regenerated bone and tissue’s biological and mechanical characteristics have been thoroughly discussed. The entire overview of the resorption process has been provided, taking into account the reactions to the resorbed products in vivo; on the contrary, the bone resorption of implants has been thoroughly examined [61].

2.15. Bone Resorption. Wear debris and periprosthetic osteolysis of medical implants have a significant role in loosening prosthetic implants. Zirconium dioxide is typically used to manage debris and inflammatory reactions to wear products. Comparing osteoblast, fibroblast, and macrophage cell proliferation to CoCrMo-alloy, zirconia particles perform better [62]. In osteoarthritis and rheumatoid synovial cells, Liagre et al. investigated the effects of zirconia or aluminum particles on the production of proinflammatory interleukin and the metabolism of arachidonic acid. In this study, Ramaswamy et al. investigated the attachment of human osteoclasts grown in vitro to resorbable bioceramics with various surface properties and chemical compositions to affect osteoclast resorption and the creation of resorption lacunae. Specifically, the researchers were interested in how these factors could affect the resorption of bone. Using a mouse coculture with osteoblast-like cells on bone slices, Sabokbar et al. showed how the addition of zirconium dioxide nanoparticles increased tartrate-resistant acid phosphate (TRAP) expression and bone resorption in the system [63].

3. Conclusion
After studying the different literature for synthesizing zirconium nanoparticles, various synthetic routes were identified,
such as hydrothermal, sol-gel, laser ablation, coprecipitation, hybrid transparent coating, and wire explosion process. The materials’ various properties such as shapes, size, and other desired features are controlled and regulated by precursor, solvent, and cosolvents used in synthetic routes and temperature. Different characterization tools were used, such as X-ray diffraction, scanning electron microscopy, transmission electron microscopy, and FTIR. The bulk of the synthesized nanoparticles was determined by TEM. The combination of metal oxide has synthesized zirconium and metal nitride. These have various applications in different fields, such as antimicrobial and industrial applications.

Data Availability
The data will be available to the readers upon request from the first author.

Conflicts of Interest
The authors declare there is no conflict of interest.

Acknowledgments
The authors are thankful to Dr. Sohail Nadeem, University of Management and Technology, for providing technical and scientific support in this study.

References
[1] M. Mahdavi, M. Ramazani, and Z. Darvishi, “Synthesis and characterization of zirconium carbide nanorods at low temperature,” International Journal of Refractory Metals and Hard Materials, vol. 56, pp. 59–62, 2016.
[2] M. N. Tahir, L. Gorgishvili, J. Li et al., “Facile synthesis and characterization of monocrystalline cubic ZrO2 nanoparticles,” Solid State Sciences, vol. 9, no. 12, pp. 1105–1109, 2007.
[3] M. Keshmiri, T. Troczynski, and M. Mohseni, “Oxidation of gas phase trichloroethylene and toluene using composite sol-gel TiO2 photocatalytic coatings,” Journal of Hazardous Materials, vol. 128, no. 2-3, pp. 130–137, 2006.
[4] C. Hu, J. Sun, C. Long, L. Wu, C. Zhou, and X. Zhang, “Synthesis of nano zirconium oxide and its application in dentistry,” Nanotechnology Reviews, vol. 8, no. 1, pp. 396–404, 2019.
[5] Z. Dong, Q. Yang, M. Mei et al., “Preparation and characterization of fluoride calcium silicate composites with multifunctional for clinical application in dentistry,” Composites Part B: Engineering, vol. 143, pp. 243–249, 2018.
[6] D. Morton, S. T. Chen, W. C. Martin, R. A. Levine, and D. Buser, “Consensus statements and recommended clinical procedures regarding optimizing esthetic outcomes in implant dentistry,” The International Journal of Oral & Maxillofacial Implants, vol. 29, pp. 186–215, 2014.
[7] R. S. Reddy, M. Kamaraj, U. K. Mudali, S. Chakravarthy, and R. Sarathi, “Generation and characterization of zirconium nitride nanoparticles by wire explosion process,” Ceramics International, vol. 38, no. 7, pp. 5507–5512, 2012.
[8] J. Yamazoe, M. Nakagawa, Y. Matono, A. Takeuchi, and K. Ishikawa, “The development of Ti alloys for dental implant with high corrosion resistance and mechanical strength,” Dental Materials Journal, vol. 26, no. 2, pp. 260–267, 2007.
[9] M. Hisbergues, S. Vendeville, and P. Vendeville, “Zirconia: established facts and perspectives for a biomaterial in dental implantology,” Journal of Biomedical Materials Research Part B: Applied Biomaterials, vol. 88B, no. 2, pp. 519–529, 2009.
[10] V. Sollazzo, A. Palmieri, F. Pezzetti et al., “Genetic effect of zirconium oxide coating on osteoblast-like cells,” Journal of Biomedical Materials Research Part B: Applied Biomaterials, vol. 84B, no. 2, pp. 550–558, 2008.
[11] A. Zembic, I. Sailer, R. E. Jung, and C. H. F. Hämmerle, “Randomized-controlled clinical trial of customized zirconia and titanium implant abutments on light reflection of the supporting soft tissues,” Clinical Oral Implants Research, vol. 22, no. 10, pp. 1172–1178, 2011.
[12] R. L. Siegel, K. D. Miller, S. A. Fedewa et al., “Colorectal cancer statistics, 2017,” CA: a Cancer Journal for Clinicians, vol. 67, no. 3, pp. 177–193, 2017.
[13] R. van Brakel, H. J. Noordmans, J. Frenken, R. de Roode, G. C. de Wit, and M. S. Cune, “The effect of zirconia and titanium implant abutments on light reflection of the supporting soft tissues,” Clinical Oral Implants Research, vol. 22, no. 10, pp. 1172–1178, 2011.
[14] J. Yamazoe, M. Nakagawa, Y. Matono, A. Takeuchi, and K. Ishikawa, “The development of Ti alloys for dental implant with high corrosion resistance and mechanical strength,” Dental Materials Journal, vol. 26, no. 2, pp. 260–267, 2007.
[15] M. Hisbergues, S. Vendeville, and P. Vendeville, “Zirconia: established facts and perspectives for a biomaterial in dental implantology,” Journal of Biomedical Materials Research Part B: Applied Biomaterials, vol. 88B, no. 2, pp. 519–529, 2009.
[16] V. Sollazzo, A. Palmieri, F. Pezzetti et al., “Genetic effect of zirconium oxide coating on osteoblast-like cells,” Journal of Biomedical Materials Research Part B: Applied Biomaterials, vol. 84B, no. 2, pp. 550–558, 2008.
[17] A. Zembic, I. Sailer, R. E. Jung, and C. H. F. Hämmerle, “Randomized-controlled clinical trial of customized zirconia and titanium implant abutments for single-tooth implants in canine and posterior regions: 3-year results,” Clinical Oral Implants Research, vol. 20, no. 8, pp. 802–808, 2009.
[18] R. L. Siegel, K. D. Miller, S. A. Fedewa et al., “Colorectal cancer statistics, 2017,” CA: a Cancer Journal for Clinicians, vol. 67, no. 3, pp. 177–193, 2017.
[19] R. van Brakel, H. J. Noordmans, J. Frenken, R. de Roode, G. C. de Wit, and M. S. Cune, “The effect of zirconia and titanium implant abutments on light reflection of the supporting soft tissues,” Clinical Oral Implants Research, vol. 22, no. 10, pp. 1172–1178, 2011.
H. Liu and Q. Xue, "Influence of incorporation of ZrO2 nanoparticles on the repair strength of polymethyl methacrylate denture bases," *International Journal of Nanomedicine*, vol. 11, pp. 5633–5643, 2016.

W. Huang, J. Yang, X. Meng et al., "Effect of the organic additions on crystal growth behavior of ZrO2 nanocrystals prepared via sol-gel process," *Chemical Engineering Journal*, vol. 168, no. 3, pp. 1360–1368, 2011.

C. I. Ossai and N. Raghavan, "Nanostructure and nanomaterial characterization, growth mechanisms, and applications," *Nanotechnology Reviews*, vol. 7, no. 2, pp. 209–231, 2018.

D. Duran, J. Yu, K. Sato, Y. Hotta, and K. Watari, "Hydrothermal synthesis of nano ZrO2 powders," in *Key Engineering Materials*, pp. 195–198, Trans Tech Publ, 2006.

S. Manjunatha, R. H. Krishna, T. Thomas, B. Panigrahi, and M. Dharmaparakash, "Moss-Burstein effect in stable, cubic ZrO2: Eu3+ nanophosphors derived from rapid microwave-assisted solution-combustion technique," *Materials Research Bulletin*, vol. 98, pp. 139–147, 2018.

H. Liu and Q. Xue, "Investigation of the crystallization of ZrO2:Y2O3 Mol%) nanopowder," *Journal of Materials Research*, vol. 11, no. 4, pp. 917–921, 1996.

S. Shukla and S. Seal, "Thermodynamic tetragonal phase stability in sol–gel derived nanodomains of pure zirconia," *The Journal of Physical Chemistry B*, vol. 108, no. 11, pp. 3395–3399, 2004.

M. Yoshimura and S. Somiya, "Hydrothermal synthesis of crystallized nano-particles of rare earth-doped zirconia and hafnia," *Materials Chemistry and Physics*, vol. 61, no. 1, pp. 1–8, 1999.

C. J. Szepesi and J. H. Adair, "High yield hydrothermal synthesis of nano-scale zirconia and YTZP," *Journal of the American Ceramic Society*, vol. 94, no. 12, pp. 4239–4246, 2011.

J. W. Mclean, "New dental ceramics and esthetics," *Journal of Esthetic and Restorative Dentistry*, vol. 7, no. 4, pp. 141–149, 1995.

M. Guazzato, M. Albakry, S. P. Ringer, and M. V. Swain, "Strength, fracture toughness and microstructure of a selection of all-ceramic materials. Part II. Zirconia-based dental ceramics," *Dental Materials*, vol. 20, no. 5, pp. 449–456, 2004.

M. H. M. Daud, Y. H. Zenn, J. Q. Zaman, N. Yahaya, and A. Muchtar, "Evaluation of shear bond strength of a novel nano-zirconia and veneering ceramics," *Ceramics International*, vol. 43, no. 1, pp. 1272–1277, 2017.

C. Zhou, P. Xie, Y. Chen, Y. Fan, Y. Tan, and X. Zhang, "Synthesis, sintering and characterization of porous nano-structured CaP bioceramics prepared by a two-step sintering method," *Ceramics International*, vol. 41, no. 3, pp. 4696–4705, 2015.

G. F. Gao, B. Zhao, D. H. Xiang, and Q. H. Kong, "Research on the force characteristics in ultrasonic grinding nano-zirconia ceramics," in *Key Engineering Materials*, pp. 258–262, Trans Tech Publ, 2008.

W. Q. Yan, T. Nakamura, M. Kobayashi, H. M. Kim, F. Miyaji, and T. Kobuko, "Bonding of chemically treated titanium implants to bone," *Journal of Biomedical Materials Research*, vol. 37, no. 2, pp. 267–275, 1997.

H. M. Wong, Y. Zhao, V. Tam et al., "In vivo stimulation of bone formation by aluminum and oxygen plasma surface-modified magnesium implants," *Biomaterials*, vol. 34, no. 38, pp. 9863–9876, 2013.

A. Kirsten, A. Hausmann, M. Weber, J. Fischer, and H. Fischer, "Bioactive and thermally compatible glass coating on zirconia dental implants," *Journal of Dental Research*, vol. 94, no. 2, pp. 297–303, 2015.

J. Lee, J. H. Sieweke, N. A. Rodriguez et al., "Evaluation of nano-technology-modified zirconia oral implants: a study in rabbits," *Journal of Clinical Periodontology*, vol. 36, no. 7, pp. 610–617, 2009.

A. Hasan, A. Memic, N. Annabi et al., "Electrosprun scaffolds for tissue engineering of vascular grafts," *Acta Biomaterialia*, vol. 10, no. 1, pp. 11–25, 2014.

M. Okamoto and B. John, "Synthetic biopolymer nanocomposites for tissue engineering scaffolds," *Progress in Polymer Science*, vol. 38, no. 10–11, pp. 1487–1503, 2013.

S. Gu, B. J. Rasimick, A. S. Deutsch, and B. L. Musikant, "Radiopacity of dental materials using a digital X-ray system," *Dental Materials*, vol. 22, no. 8, pp. 765–770, 2006.

M. Gad, A. S. ArRejaie, M. S. Abdel-Halim, and A. Rahoma, "The reinforcement effect of nano-zirconia on the transverse strength of repaired acrylic denture base," *International Journal of Dentistry*, vol. 2016, Article ID 7094056, 6 pages, 2016.

V. Asopa, S. Suresh, M. Kandhelwal, V. Sharma, S. S. Asopa, and L. S. Kaira, "A comparative evaluation of properties of zirconia reinforced high impact acrylic resin with that of high impact acrylic resin," *The Saudi Journal for Dental Research*, vol. 6, no. 2, pp. 146–151, 2015.

M. M. Gad, S. M. Fouda, F. A. Al-Harbi, R. Näränkangas, and A. Raustia, "PMMA denture base material enhancement: a review of fiber, filler, and nanofiller addition," *International Journal of Nanomedicine*, vol. 12, pp. 3801–3812, 2017.

Q. Li, A. D. Deacon, and N. J. Coleman, "The impact of zirconium oxide nanoparticles on the hydration chemistry and bio-compatibility of white Portland cement," *Dental Materials Journal*, vol. 32, no. 5, pp. 808–815, 2013.

H. Daraee, A. Etemadi, E. Abbasi, S. Fekri Aval, M. Kouhi, and A. Akbarzadeh, "Application of gold nanoparticles in biomedical and drug delivery," *Artificial cells, nanomedicine, and biotechnology*, vol. 44, no. 1, pp. 410–422, 2016.

B. Gaihre and A. C. Jayasuriya, "Comparative investigation of porous nano-hydroxyapatite/chitosan, nano-zirconia/chitosan and novel nano-calcium zirconate/chitosan composite scaffolds for their potential applications in bone regeneration," *Materials Science and Engineering: C*, vol. 91, pp. 330–339, 2018.

A. S. Keiteb, E. Saion, A. Zakaria, and N. Soltani, "Structural and optical properties of zirconia nanoparticles by thermal treatment synthesis," *Journal of Nanomaterials*, vol. 2016, Article ID 1913609, 6 pages, 2016.

R. Espinosa-González, D. E. Díaz-Drogueiet, J. Avila, C. A. Gonzalez-Fuentes, and V. Fuenzalida, "Hydrothermal growth of zirconia nanobars on zirconium oxide," *Materials Letters*, vol. 65, no. 14, pp. 2121–2123, 2011.

Y. Zheng, Y. Cheng, Y. Wang et al., "Quasicubic α-Fe2O3 nanoparticles with excellent catalytic performance," *The Journal of Physical Chemistry B*, vol. 110, no. 7, pp. 3093–3097, 2006.

T. Chraska, A. H. King, and C. C. Berndt, "On the size-dependent phase transformation in nanoparticulate zirconia," *Materials Science and Engineering: A*, vol. 286, no. 1, pp. 169–178, 2000.
[55] P. Christel, A. Meunier, J. M. Dorlot et al., “Biomechanical compatibility and design of ceramic implants for orthopedic surgery,” *Annals of the New York Academy of Sciences*, vol. 523, pp. 234–256, 1988.

[56] J. Chevalier, L. Gremillard, and S. Deville, “Low-temperature degradation of zirconia and implications for biomedical implants,” *Annual Review of Materials Research*, vol. 37, no. 1, pp. 1–32, 2007.

[57] K. J. Bozic, S. M. Kurtz, E. Lau, K. Ong, T. P. Vail, and D. J. Berry, “The epidemiology of revision total hip arthroplasty in the United States,” *JBJS*, vol. 91, no. 1, pp. 128–133, 2009.

[58] L.-N. Wang and J.-L. Luo, “Electrochemical behaviour of anodic zirconium oxide nanotubes in simulated body fluid,” *Applied Surface Science*, vol. 258, no. 10, pp. 4830–4833, 2012.

[59] J. Camilleri, F. Sorrentino, and D. Damidot, “Investigation of the hydration and bioactivity of radiopacified tricalcium silicate cement, biodentine and MTA angelus,” *Dental Materials*, vol. 29, no. 5, pp. 580–593, 2013.

[60] Y. Zhu, R. Zhu, J. Ma et al., “In vitro cell proliferation evaluation of porous nano-zirconia scaffolds with different porosity for bone tissue engineering,” *Biomedical Materials*, vol. 10, no. 5, article 055009, 2015.

[61] H.-W. Kim, S.-Y. Lee, C.-J. Bae et al., “Porous ZrO2 bone scaffold coated with hydroxyapatite with fluorapatite intermediate layer,” *Biomaterials*, vol. 24, no. 19, pp. 3277–3284, 2003.

[62] A. Dalal, V. Pawar, K. McAllister, C. Weaver, and N. J. Hallab, “Orthopedic implant cobalt-alloy particles produce greater toxicity and inflammatory cytokines than titanium alloy and zirconium alloy-based particles in vitro, in human osteoblasts, fibroblasts, and macrophages,” *Journal of Biomedical Materials Research Part A*, vol. 100, no. 8, pp. 2147–2158, 2012.

[63] B. Liagre, S. Moalic, P. Vergne, J. Charissoux, D. Bernache-Assollant, and J. Beneytout, “Effects of alumina and zirconium dioxide particles on arachidonic acid metabolism and pro-inflammatory interleukin production in osteoarthritis and rheumatoid synovial cells,” *The Journal of Bone and Joint Surgery British volume*, vol. 84-B, no. 6, pp. 920–930, 2002.